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Abstract
Revealing theuniversal behaviors of iron-based superconductors (FBS) is important to elucidate the
microscopic theory of superconductivity. In thiswork,we investigate the effect of in-plane strainon the
slopeof theupper criticalfieldHc2 at the superconducting transition temperatureTc (i.e.−dHc2/dT) for
FeSe0.7Te0.3 thinfilms.The in-plane strain tunesTc in abroad range,while the composition anddisorder
are almost unchanged.We show that−dHc2/dT scales linearlywithTc, indicating that FeSe0.7Te0.3 follows
the sameuniversal behavior as observed for pnictide FBS.Theobservedbehavior is consistentwith a
multiband superconductivity pairedby interband interaction suchas sign change s± superconductivity.
1. Introduction
The discovery of superconductivity in the iron oxypnictide LaFeAs(O,F) has triggered a surge of research on
Fe-based superconductors (FBS) [1–4]. Systematic studies revealed several universal scaling behaviors for FBS as
for example: (1) the Bud’ko–Ni–Canfield (BNC) scaling of the specific heat jumpΔC at the superconducting
transition temperatureTc withΔC∝Tc
3 for themajority of FBS [5–11], (2) the linear dependence of the slope of
the upper critical field−dHc2/dT atTc versusTc [12, 13], and (3) the relations betweenTc and the structural
parameters such as theAs–Fe–As bond angle and the anion height [14, 15]. So far, there is no general agreement
on the interpretation of these scaling behaviors. Kogan et al proposed that the BNC scalingΔC∝Tc
3 and
−dHc2/dT∝Tc is related to an intrinsic pair-breaking in superconductors with strongly anisotropic order
parameters, such as FBS [12, 16]. Alternatively, Zaanen et al discussed the idea that BNC scaling is expected for a
quantum criticalmetal undergoing a pairing instability [17, 18].Moreover, Bang et al pointed out that the
observed scaling behaviors can be a generic property of themultiband superconducting state paired by a
dominant interband interaction [19, 20].
In the case of FeSe1−xTex, the universal scaling behavior was found for the anion height position [14] and for
ΔC [11]. However, it has not been reported forHc2 so far. Recently, we demonstrated that biaxial in-plane strain
allows to changeTc of the FeSe1−xTex thin filmswith x≈0.3 in a broad temperature range avoiding phase
separation [21]. This allows to study the behavior ofHc2 at well-defined conditions. In this work bymeasuring
the electrical resistance inmagnetic fieldwe show that also FeSe0.7Te0.3 thinfilms follow the universal scaling
behavior of−dHc2/dT∝Tc in a broad range ofTc, as observed in LnOFeAs (Ln: lanthanoid elements) and
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2. Experiment
The thinfilmswere prepared starting from a stoichiometric FeSe0.5Te0.5 target on various substrates, namely
(La0.18Sr0.82)(Al0.59Ta0.41)O3 (LSAT), CaF2-buffered LSAT, and bare CaF2 (001)-oriented single crystalline
substrates using pulsed laser depositionwith aKrF excimer laser (wavelength: 248 nm, repetition rate: 7Hz)
under ultrahigh vacuumconditions with a background pressure of 10−9mbar [21, 22].
The lattice parameter awas derived from reciprocal spacemapsmeasured in a PANalytical X’pert Pro
system. Transmission electronmicroscopy (TEM) investigations of thefilmswere performed in a FEI Tecnai-
T20TEMoperated at 200 kV acceleration voltage. TEM lamellae were prepared by a focused ion beam technique
(FIB) in a FEIHelios 600i using an acceleration voltage of 3 kV in the last FIB step. The composition of the
samples was determined by energy-dispersive x-ray spectroscopy (EDX)with an Edax EDAMIII spectrometer in
TEM. EDX line scans across the cross-section of the films confirmed the stoichiometry to be homogeneous over
thefilm thickness, as shown infigure A1 in the appendix. It was found that the composition of the films is
FeSe0.7Te0.3 within the error-bars of the analysis (few percent) for all studied substrates due to the preference of
Fe to bondwith Se because of the low formation energy [23]. Electrical transport properties weremeasured in a
Physical PropertyMeasurement System [(PPMS)QuantumDesign] by a standard four-probemethod, for
which 4 pins are collinearly aligned along the edge of the film.More details on these structural properties are
found in a recent publication of our group [21].
3. Results and discussion
3.1. Effect of strain onTc
The temperature dependenceof the resistance is shown infigure 1 for FeSe0.7Te0.3films grownondifferent
substrates (i.e. bare LSAT,CaF2-buffered LSATandbareCaF2)measured inmagneticfields up to 9T forH || c. The
dashed lines indicate thefit of thenormal state just above the superconducting transition temperatureTc by
R(T)=R0+AT, whereR0 is the resistance extrapolated toT=0K (i.e. residual resistance) andA is a constant.
Tc is defined as 90%of the resistance in the normal state. As shown infigure 1(a), the lowestTc of 6.2Kwithout
magneticfield ismeasured for thefilms onbare LSAT substrate.Tc is nearly double by employing a 25 nmCaF2
Figure 1.Temperature dependence of the resistancemeasured in differentmagnetic fields close to the superconducting transition
temperature of the FeSe0.7Te0.3films on (a) bare LSAT, (b)CaF2-buffered LSAT and (c) bareCaF2 substrates inmagneticfields up to
9 T forH || c. The dashed line indicates the extrapolation of the normal state resistance.
Table 1. Structural and superconducting properties of the films on different substrates presented in this paper.
90% 50%
Substrate a (Å) Tc (K) Hc2 (0) (T) −dHc2/dT (T K
–1) Tc (K) Hc2(0) (T) −dHc2/dT (T K
–1)
LSAT 3.787 6.35 17.11 2.69 5.27 11.99 2.27
3.788 7.39 24.83 3.36 5.74 14.66 2.55
3.777 12.23 76.79 6.28 10.96 43.47 3.96
CaF2-buffer 3.776 11.93 59.37 4.98 10.53 34.38 3.27
3.775 13.28 88.74 6.68 11.94 49.52 4.15
CaF2 3.748 19.11 158.29 8.29 18.62 98.99 5.32
3.753 19.31 139.54 7.23 18.42 81.47 4.42
3.761 18.09 144.58 7.99 17.22 81.71 4.74
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buffer layer (figure 1(b)). Furthermore, the FeSe0.7Te0.3 thinfilms on bareCaF2 substrate have the highest
Tc∼18.1K, shown infigure 1(c) (thedata for additionalfilms canbe found infigureA3 in the appendix). The
appliedmagneticfield suppressesTc resulting in amonotonous broadening of the transition attributed to different
temperature dependencies ofHc2 and irreversibilityfields (Hirr). The temperature dependence of thenormalized
resistance for differentfilms is shown infigureA2. The value of the residual resistivity ratio definedbyR(300K)/R
(20K) is consistentwith the results reported byother groups [24, 25], and is nearly substrate independent.
Asmentioned above, the particularities of the crystal structure have a strong effect onTc in FBS [26, 27].
Recently we found thatTc of the FeSe0.7Te0.3films is very sensitive to in-plane lattice parameter a [21].Tc as a
function of the a-axis is shown infigure 2 for a number of FeSe0.7Te0.3films grownon thementioned substrates.
For comparison, values of optimally dopedBa(Fe0.92Co0.08)2As2 thinfilms on different substrates are also
plotted [28]. Thefilms have different a-axis lengths due to different in-plane compressive strain resultingmainly
from the large thermalmisfit between the substrates and the FeSe1−xTex layer [21, 22, 28–32]. It is apparent that
the superconducting transition temperatureTc decreases linearly with increasing a-axis lattice parameter for the
FeSe0.7Te0.3films, which is consistent with reports of other groups [33–35]. A linear dependence ofTc on the
crystallographic a-axis was also found for Ba(Fe,Co)2As2 thinfilms [28]. However, FeSe0.7Te0.3 has amuch
steeper slope. The high sensitivity to strain in the FeSe system can be attributed to the presence of shallow Fermi
pockets (with small Fermi energy εF) [34]. The strain shifts slightly the position of the bandswith respect to the
Figure 2.Relation betweenTc and the a-axis lattice parameter for a series of the FeSe0.7Te0.3films on different substrates. Some of the
data are taken from [21]. The line is a guide for the eye. The data of Ba(Fe,Co)2As2 thin films from [28] are also plotted. Reprinted from
[21], with the permission of AIP Publishing. ©Author(s) 2017. CC-BY 4.0 https://creativecommons.org/licenses/by/4.0/.
Figure 3.Temperature dependence of the upper critical fieldHc2 with thefield applied parallel to the c axis for FeSe0.7Te0.3filmswith
variousTc. The dashed lines show thefits based on equation (1).
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chemical potential resulting in a considerable change of the small εF value or even the appearance of a Lifshitz
transition [34]. These changes of the electronic structure can affectTc as was demonstrated before for the 122
system [30]. This allows us to varyTc of the FeSe0.7Te0.3films significantly solely by in-plane strain.
3.2. Upper criticalfields nearTc
Figure 3 showsHc2 for thefilms on different substrates as a function ofTc forfields parallel to the c axis (the data
for additional films can be found infigure A3(e) in the appendix)with 90% criteria forTc. To describe theHc2
curves for the FeSe0.7Te0.3 compound, the spin paramagnetic and the orbital pair-breaking effects should be
taken into account [36–38]. A commonly used approach is theWHH theory generalized formultiband
superconductors [39]. However, for the reliable determination of the paramagnetic andmultiband effects, this
analysis requiresHc2 values in a broad temperature range. Due to very highHc2 values of this compound, only
the data nearTc are accessible in our experiments. Therefore, we used alternatively an analysis based on the
Ginzburg–Landau theory, which provides a simple analytical expression for the temperature dependence of
















where t=T/Tc is the reduced temperature andHc2(0) is the upper criticalfield values extrapolated toT=0.
Wefitted ourHc2 data using equation (1), as shown by the dashed line infigure 3. The slope−dHc2/dT atTc is
defined using equation (1) at t=1 (figure 4). The analysis including paramagnetic effects results in quantitative
changes of the slope (see figure A4 in the appendix) [43]. However, the functional dependence of the slope on
Tc is qualitatively unchanged (figure 4 below andfigure A4) in spite of relatively strong paramagnetic effects with
theMaki parameterαM= * /H H2 c2 p given in inset offigure A4 in the appendix, where *H c2 is the orbital
limited upper criticalfield andHp is the paramagnetic criticalfield.We found also thatαM∝Tc in accordwith
the scaling behavior ofHc2 discussed in the next section. The large values of theαMare consistent with previous
studies of the FeSe1−xTex system [44].
3.3. The slope ofHc2 atTc interpreted by a single-bandmodel
The derivative of the upper critical fieldwith temperature−dHc2/dT versusTc is shown in figure 4. As can be
seen, the slope−dHc2/dT of FeSe0.7Te0.3 thin films depends almost linearly onTc in accordance with the
behavior−dHc2/dT∝Tc found in some other pnictides [12, 13].We note that the choice of criteria does not
change the observed linear dependence qualitatively. The−dHc2/dT data using 50%of the resistance in the
normal state as the criterion ofTc is shown in the inset offigure 4. In contrast to the 90%criterion, the slope does
not reach zero by an extrapolation toTc=0, which indicates that−dHc2/dT is affected by additionalTc
independent contributions (such as sample inhomogeneity)not related toHc2. Therefore, for further analysis we
focused on the data obtainedwith the 90% criterion.
A linear behavior of−dHc2/dT∝Tc/νF
2 is expected for a single-band superconductor in the clean limit, if
the Fermi velocity (νF) is the same for different samples [39]. For our samples, the linear relation betweenTc and
Figure 4.Dependence of the slope−dHc2/dT onTc for the FeSe0.7Te0.3films using 90% criteria forTc. The data obtained using the
same criteria forTc of (Ba,K)Fe2As2 single crystals andREOFeAs are also plotted [12, 13]. The dashed lines are a guide for the eye. Inset:
dependence of the slope−dHc2/dT onTc for the FeSe0.7Te0.3films using 50% criteria forTc.
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lattice parameters (figure 2) indicates that themechanism for aTc suppression is related to themodification of
the electronic properties, which should result in a variation of νFwith strain. Therefore, for a clean limit we
expect a deviation from the linear behavior−dHc2/dT∝Tc. In a dirty limit, the slope−dHc2/dT∝ 1/D of an
s-wave superconductor is independent onTc, whereD is an effective diffusivity constant [45]. It is known thatTc
of a single-band s-wave superconductor can be suppressed bymagnetic impurities. However, smallerD values
(stronger impurity scattering) result in a lowerTc and higher−dHc2/dT in contrast to the experimental
observations. Therefore, for ourfilms effectively a single-band s-wave superconductivity cannot reconcile the
whole set of the experimental data.
3.4. The slope ofHc2 atTc interpreted by a two-bandmodel
In the case of superconductivity driven by a single leading interband interaction such as s±, theminimalmodel
that describes the system close toTc is a two-bandmodel [46]. Themost of available experimental data are
consistent with this picture. So far we have found that only hole overdoped Ba1−xKxFe2As2 system that breaks
time reversal symmetry in the superconducting state cannot be described by a two-bandmodel [47]. In this case,
a three-bandmodel is needed to describe the superconducting properties [48]. However, general scaling
behaviors do not hold in this case (see introduction in [47]). Therefore, the observed university in scaling
behavior ofHc2 relates our FeSe0.7Te0.3films to themajority FBSwith superconductivity driven by a single
leading interband interaction.
It was shown that the pair-breaking parameters do not alter the slope for dirty superconductors with a sign
changed order parameter such as s± superconductors and for two symmetrical bands the slope is−dHc2/dT∝
Tc/ ná ñW ,2 F 2 whereΩ is the variation of the gap along the Fermi surface [12, 16]. The symmetrical case can be
excluded due to the expected variation of the Fermi velocity with strain, which results in a deviation from the
linear behavior. The symmetrical case is also inconsistent with the available angle-resolved photoemission
spectroscopy (ARPES) data [49]. The effect of impurities on a realistic s± superconductor (non-symmetrical
bands and non-zero intraband coupling) is rather complex and results for strong enough impurities in a
transition to the s++ superconducting state [50]. Therefore, an interpretation of the observed linear behavior
based on a strong pair breaking effect is also doubtful for the 11 system.
In a clean two-band s-wave superconductor, the slope ofHc2 is defined by a combination of the Fermi


















where = l l l l l l
l l l l









12 21 11 22
11 22 12 21
and = l l l l l l
l l l l









12 21 11 22
11 22 12 21
are constants, which depend on
the intrabandλ11,λ22 and interbandλ12,λ21 coupling constants [39]. a1∼a2 holds in the case of an extreme s±
superconductivity with the dominant interband coupling, which presumably is the case for FeSe1−xTex [51, 52],
and a a1 2 for an extreme s++ casewith the dominant intraband coupling. The latter can be excluded based on
the arguments for a single-band case since the leading band dominates the superconducting properties close to
Tc. In the case of strong interband coupling, the universal behavior−dHc2/dT∝Tc would indicate that the
combination +a v a v1 1
2
2 2
2 is nearly strain independent. It is known that the value of the Fermi velocities
considerably varies between different bands in the 11 system [49]. Therefore, according to equation (2),
−dHc2/dT is dominated by the fastest Fermi velocity assuming sizeable interband coupling, which is expected in
the case of the strongly anisotropic sign change superconducting gap [50, 51] or special s++ case [53]. The linear
scaling indicates that the fastest Fermi velocity is weakly sensitive to strain assuming aweak variation of the
coupling constants with strain. In this case,Tc ismainly defined by the band/bandswith lowFermi velocities
forming small Fermi surface pockets. This is consistent with empirical conclusions based on the ARPES
measurements of various pnictides [54]. The universality of the observed scaling−dHc2/dT∝Tc for different
FBS imposes constrain on the possible pairingmechanism and indicates a key role of the interband interactions.
4. Summary
The superconducting transition temperature of FeSe0.7Te0.3films can be significantlymodified solely by in-
plane biaxial strain.We observed that the slope of the upper criticalfield of the strainedfilms is proportional to
Tc as found for other classes of FBSmaterials. The behavior observed indicates a striking similarity in the nature
of superconducting state between the FeSe1−xTex system and iron pnictides. This also suggests that the behavior
−dHc2/dT∝Tcmay be a generic property ofmultiband superconductors paired by a dominant interband
pairing potential.
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Appendix
A.1. Structural properties
The structural properties and composition of the filmswere analyzed using TEM.The data for the two
representative films are shown infigure A1 indicating a homogeneous stoichiometry over thefilm thickness.
A.2. Electrical resistance
In this section, we provide additional electrical resistivity data (not shown in themain text)measured in zero and
appliedmagnetic field.
A.3.Hc2 analysis
To take into account paramagnetic pair-breaking effects we used an analysis based on theGinzburg–Landau
theory, which provides a simple analytical expression for the temperature dependence ofHc2(T)nearTc
including paramagnetic effects [43]. As shownbyMineev et al Hc2 can be calculated for clean single-band
superconductors using the following equation:
Figure A1. (a)Cross-section of thefilm on bareCaF2. The results for an EDX line scan along the yellow line are shown in (b). The
stoichiometry is homogeneous over thefilm thickness. (c)Cross-section of the film on bare LSAT. The results for an EDX line scan
along the yellow line are shown in (d). The composition of thefilms is FeSe0.7Te0.3 within the error-bars of the analysis for all studied
substrates.
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Figure A2.The normalized temperature dependence of the resistance in zeromagneticfield for the samples shown in figure 1 over a
large temperature range. The value of the residual resistivity ratio is nearly substrate independent.
Figure A3.The resistive transition of additional FeSe0.7Te0.3films on (a) bare LSAT, (b) and (c)CaF2-buffered LSAT and (d) bareCaF2
inmagneticfields up to 9 T forH || c. The dashed line indicates the extrapolation of the normal state resistance. The lowestTc is
measured for the films on bare LSAT substrate. (e)The temperature dependence of the upper critical fieldsHc2 for field parallel to the
c axis for FeSe0.7Te0.3filmswith variousTc. The dashed line shows thefits based on equation (1) in themain text.
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Here, N0 is the density of states at the Fermi level, vF is the Fermi velocity andμ is themagneticmoment.
























Substituting equations (A.2) and (A.3) to equation (A.1)we obtain
a























Wefitted our upper criticalfield data using equation (A.4), as shownby the dash line infigure A4. The obtained
slope of the upper criticalfield−dHc2/dT is shown infigure A4 and theMaki parameter in the inset. Both





Figure A4. (a)The temperature dependence of the upper criticalfieldsHc2 forfields parallel to the c axis for FeSe0.7Te0.3filmswith
variousTc. The dashed line shows thefits based on equation (A.4). (b)Dependence of the slope−dHc2/dT onTc for the FeSe0.7Te0.3
films obtained by equation (A.4). The dashed lines are a guide for the eyes. Inset: dependence of theMaki parameterαMonTc. The
analysis including paramagnetic effects results in quantitative changes of the slope.However, the functional dependence of the slope
onTc is qualitatively unchanged.
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